SPIRIT PROCESS SPECIFICATION

SPIRIT AEROSYSTEMS, INC.
CAGE CODE 4ATM5

SPS-106020
TITLE: HEAT TREATMENT OF ALUMINUM ALLOYS
REVISION: C
DATE: 11-10-2011

The information herein contains export controlled data under export control classification number EAR99. No License Required (NLR).

<table>
<thead>
<tr>
<th>Author</th>
<th>Date</th>
</tr>
</thead>
<tbody>
<tr>
<td>DAVID DAMASIAUSKAS</td>
<td>11-8-11</td>
</tr>
<tr>
<td>MIKE WALKER MP&amp;S</td>
<td>11/3/11</td>
</tr>
<tr>
<td>SUPPLY CHAIN MANAGEMENT</td>
<td>11/8/11</td>
</tr>
<tr>
<td>QUALITY</td>
<td>11/8/11</td>
</tr>
<tr>
<td>PRODUCTION</td>
<td>11/8/11</td>
</tr>
<tr>
<td>ED RUDISILL ENGINEERING</td>
<td>11/9/11</td>
</tr>
</tbody>
</table>

WARNING – THIS DOCUMENT CONTAINS TECHNICAL DATA WHOSE EXPORT IS RESTRICTED BY THE EXPORT ADMINISTRATION ACT OF 1979, AS AMENDED, TITLE 50, U.S.C., APP. 2401 ET SEQ. VIOLATIONS OF THESE EXPORT LAWS ARE SUBJECT TO SEVERE CRIMINAL PENALTIES.
1 SCOPE

This specification establishes the requirements for the heat treatment (thermal processing) of aluminum alloys. This specification applies to the heat treatment of the following alloys: 2024, 2024 Clad, 2219, 2219 Clad, 6061, 7050, 7075 and 7075 Clad. The aluminum alloys heat treated to this specification shall be of the temper as expressed by this specification.

2 CLASSIFICATION

Not applicable to this specification.

3 CONTENTS

1 SCOPE ................................................................. 3
2 CLASSIFICATION .............................................. 3
3 CONTENTS ....................................................... 3
4 MATERIALS ...................................................... 5
5 FACILITIES ........................................................ 5
  5.1 PYROMETRY .................................................... 5
  5.2 FURNACES .................................................... 5
  5.3 FIXTURES AND RACKS ................................... 6
  5.4 QUenching EQUIPMENT ................................. 6
  5.5 REFRIGERATION EQUIPMENT ......................... 7
6 MANUFACTURING ............................................... 7
  6.1 METHODS .................................................... 7
   6.1.1 GENERAL METHODS AND PROCEDURES ....... 7
   6.1.2 CLEANING ................................................. 7
   6.1.3 FITXTURING, RACKING, AND/OR SPACING .... 8
   6.1.4 MEDIA ENTRAPMENT AND FREE FLOW .......... 8
   6.1.5 SOAKING (HEATING) ................................. 8
   6.1.6 QUenching ............................................... 9
   6.2 SOLUTION HEAT TREATING (HEATING AND SOAKING) .... 13
   6.2.1 TEMPERATURE ......................................... 13
   6.2.2 FURNACE STABILIZATION (TEMPERATURE) .... 13
   6.2.3 PREVENTION OF POROSITY (HYDROGEN INDUCED) .... 14
   6.3 REFRIGERATION ........................................... 14
   6.4 AGING ....................................................... 14
   6.5 ANNEALING, PARTIAL ANNEALING (STRESS RELIEF) .... 17
7 MAINTENANCE .................................................. 18
  7.1 QUenching FROM SALT BATHS .................... 18